# P oint-contact spectroscopy in $\mathrm{M} \mathrm{gB}_{2}$ single crystals in $m$ agnetic eld 

D. D aghero ${ }^{a}$, R S. G onnellia , G A. Um m arino ${ }^{a}$, V A. Stepanov ${ }^{\text {b }}$, J. Jun ${ }^{\text {c }}$, S M . K azakov ${ }^{\text {c }}$, and J. K arpinskic<br>${ }^{\text {a }} \mathbb{I N}$ FM -D ipartim ento diF isica, P olitecnico diTorino, C orso D uca degliA bruzzi24, 10129 Torino, Italy<br>${ }^{\mathrm{b}}$ P N . Lebedev P hysical Institute, R ussian A cadem y of Sciences, Len inskiP r. 53, 119991 M oscow, R ussia<br>${ }^{\text {c S Solid }}$ State P hysics Laboratory, ET H , C H - 8093 Zurich, Sw itzerland


#### Abstract

W e present the results of a spectroscopic study of state-of-the-art $M \mathrm{gB}_{2}$ single crystals, carried out by using a m odi ed point-contact technique. T he use of single crystals allowed us to obtain point contacts w ith current in jection either parallel or perpendicular to the ab planes. The e ect of magnetic elds up to 9 T on the conductance spectra of these contacts is here thoroughly studied, for both B parallel and penpendicular to the ab planes. The complete therm al evolution of the upper critical eld of the band is determ ined for the rst tim $e$, and quantitative in form ation about the upper critical eld of the band and its anisotropy is obtained. Finally, by exploiting the di erent e ect of a m agnetic eld applied parallel to the ab planes on the tw o band system s, the partial contributions of the and bands to the total conductance are obtained separately. Fitting each of them w th the standard BTK m odelyields a great reduction of the uncertainty on and , whose com plete tem perature dependence is obtained $w$ ith the greatest accuracy.


## 1. Introduction

A bout tw o years after the discovery of superconductivity in $\mathrm{M} \mathrm{gB}_{2}$, the validity of the twogap model [IT $\left\{\frac{1}{1}-1\right]$ in describing the superconducting and nom al-state properties of this $m$ aterial has been con $m$ ed by a large num ber of experim ental evidences. $W$ ithin this $m$ odel, the com plex electronic bandstructure ofM gB 2 [5] proxim ated by one quasi-2D band and one 3D
band, featuring tw o gaps of very di erent am plitude, and . The di erent spatialcharacter of the tw o bands arises from the layered structure of the $m$ aterial, that is also expected to give rise to $m$ acroscopic anisotropy in som e relevant physicalquantities, e.g. penetration depth, coherence length, and upper critical elds. The value of the anisotropy ratio $=H_{c 2}^{\mathrm{ab}}=\mathrm{H}{ }_{c 2}^{\mathrm{c}}$ in $\mathrm{M} \mathrm{gB}_{2}$ has long been a $m$ atter of debate, because of the large spread of values m easured in lm s and polycrystalline sam ples [ $[1]$. To th is regard, the recent setup ofe cient crystal-grow th techniques has thus been an essential im provem ent. A s a $m$ atter of

[^0]fact, torque $m$ agnetom etry []$\left._{1}^{-1}\right]$ ] and therm al conductivity m easurem ents $[111]$ in high-quality single crystals have given substantially consistent values of the upper critical elds as a function of the tem perature.

In this paper, we present the results of direc-tionalpoint-contact spectroscopy (P C S) in state-of-the-art single crystals, in the presence of a $m$ agnetic eld applied either parallel or perpendicular to the ab planes. The use of P C S, and the possibility ofcontrolling the directions ofboth the in jected current and the eld, allow ed us to study the e ect of the $m$ agnetic eld on each band system, separately. It tums out that the $m$ agnetic eld strongly a ects the superconductivity in the toand, irrespective of its orientation. An anal$y$ sis of the conductance curves $m$ easured at different tem peratures and various eld intensities gives the tem perature evolution of the -band upper critical eld, $\mathrm{B}_{\mathrm{c} 2}={ }_{0} \mathrm{H}_{\mathrm{c} 2}$, determ ined here for the rst time. In contrast, the e ect of the eld on the band is highly anisotropic. O ur m easurem ents indicate that the upper critical eld of the band for B parallel to the c
axis, $B_{c 2 k c}$, is higher than that $m$ easured by other groups on sim ilar sam ples [10 1011$]$ possibly because of surface e ects. Finally, the tem perature dependence of the two gaps is obtained w ith unprecedented accuracy, by separating the partial

- and boand contributions to the total conductance by $m$ eans of a suitable $m$ agnetic eld.


## 2. Experim ental set up

A $l l$ the details about the sam ple preparation are given in the paper by K anpinskiet al in this sam e issue. The $M \mathrm{gB}_{2}$ single crystals we used for ourm easurem entsw ere about 0:6 $0: 6 \quad 0: 04 \mathrm{~mm}^{3}$ in size, even though the grow th technique allow s obtaining even larger sam ples. T he crystals were etched with 1\% HClin dry ethanol, to rem ove possible deteriorated surface layers. T he critical tem perature of the crystals, $m$ easured by A C susceptibility, is $\mathrm{T}_{\mathrm{c}}=38: 2 \mathrm{~K} \mathrm{w}$ th T c 0.2 K .

Possibly because of the extrem e hardness of the crystals, point contacts obtained by pressing a $m$ etallic tip against the crystal surface w ere found to fail the essential requirem ents of reproducibility and $m$ echanical stability upon them al cycling. Therefore, we m ade the contacts by using as a counterelectrode either a sm all drop of silver conductive paint (? . 50 m ) or a sm all spot of indium. The controlof the junction characteristics (w hich, in the conventional technique, is obtained by $m$ oving the tip) was a little more di cult in this case. H ow ever, by applying short voltage pulses we were able to change the characteristics of the contact, until satisfactory stability and reproducibility w ere attained.

O f course, the apparent size of our contacts is $m$ uch greater than that required to have ballistic transport across the junction [12 12]. A ctually, the e ective electrical contact occurs via parallel m icro-bridges in the spot area, that can be thought of as Sharvin contacts. T his assum ption is supported a posteriori by the absence of heating e ects in the conductance curves of all our junctions. M oreover, by using in the Sharvin for$m$ ula the experim ental resistance of our contacts (that alw ays fell in the range 1050 ) the estim ated m ean free path ' $=600 \mathrm{~A}$, and the residual resistivity 02 cm [1] one obtains that, at
least in the higher-resistance junctions, the transport is ballistic even if a single contact is established.

The contacts were positioned on the crystal surfaces so as to in ject the current along the c axis or along the ab planes. In the follow ing, we w ill refer to them as \c-axis contacts" and \abplane contacts" . N otice that, when the potential barrier at the interface is $s m$ all as in our case, the current is in jected in a cone whose angle is not negligible, and becom es equal to $=2$ in the ideal case of no barrier. A nyw ay, the probability for electrons to be in jected along an angle in the cone is proportional to cos [1] so that the ( $m$ ain) direction of current in jection can still be de ned.

## 3. E xperim ental results and discussion

3.1. M agnetic eld parallel to the caxis

Figure $\overline{1} \overline{1} 1 \mathbf{1}$ show s the nom alized conductance curves ofan ab-plane contact, for increasing intensities of the $m$ agnetic eld applied parallel to the $c$ axis. The di erential conductance $d I / d V$ was num erically calculated from the m easured I V characteristic of the junction. The nom alization was made by dividing the experim ental dI/dV vs. V curves by the linear or quartic function that best ts them for $\mathrm{jv} j>30 \mathrm{meV}$. The zeroeld curve show stwo peaks at $V$ ' $2: 7 \mathrm{mV}$ and $\mathrm{V}^{\prime} \quad 7: 2 \mathrm{mV}$, clearly related to the two gaps
and , respectively. O $n$ increasing the $m$ agnetic eld intensity, the peaks related to the sm aller gap, , are quickly suppressed, and they nally disappear at $\mathrm{B}={ }_{0} \mathrm{H}$ ' $1 \mathrm{~T} . \mathrm{On}$ the contrary, the features connected to the large gap, , look practically unchanged. The whole shape of the conductance curves changes very little if the eld slightly exceeds the value $\mathrm{B}=1 \mathrm{~T}$, suggesting that in this $m$ agnetic- eld region the band is quite robust. On further increasing the eld intensity, the two peaks corresponding to decrease in am plitude and gradually shift to lower energies, i.e. the large gap gradually closes. At $B=4 \mathrm{~T}$, how ever, the norm alized conductance is still far from being at. This means that, at the liquid helium tem perature, the upper critical eld of the band for B kc is greater than 4 Tesla, in


Figure 1. E ect of a m agnetic eld of increasing intensity, applied parallel to the $c$ axis, on the conductance curves of a $\mathrm{A} g / \mathrm{MgB}_{2}$ point contact $w$ ith current in jection $m$ ainly along the ab plane. A $l l$ the curves were $m$ easured at $T=4: 2 \mathrm{~K}$. Thick black lines represent the experim ental curves at $B=1 \mathrm{~T}$ and $B=4 \mathrm{~T}$.
contrast to the value $\mathrm{H}_{\mathrm{c} 2}^{\mathrm{kc}}=30 \mathrm{kO}$ e given by recent torque $m$ agnetom etry [1d] and therm al conductivity m easurem ents [ $\left.[1]_{1}^{1}\right] . \mathrm{T}$ he possible reason for this discrepancy will be discussed later on.

Let us discuss for a while the quick suppression of the sm all-gap features and their disappearance at $B=1 \mathrm{~T} . \mathrm{T}$ his result w as already obtained by point-contact $m$ easurem ents in polycrystalline sam ples [14], and w as interpreted as due to the selective suppression of the superconductivity in the bands. In our case, the use of single crystals allow s giving m ore convincing argum ents to support this interpretation, i.e. to show that the $m$ agnetic eld of 1 Tesla really destroys the superconductivity in the bands, w ithout a ecting the bands.

A s a m atter of fact, in Figure the zero- eld


Figure 2. The experim ental norm alized conductance curves at $B=0$ (open sym bols) and $B=1 \mathrm{~T}$ ( lled sym bols) already reported in $F$ ig. ${ }_{1}^{\prime}$ oretical curves. The solid line superim posed to the
 $T$ he solid line superim posed to the low er curve is not a best- tting curve, but the function obtained from the previous one by taking $=1$ (see eq $\mathbf{L}_{2}^{1}$ ). For details see the text.
curve (open symbols) and the curve in a eld of 1 T ( lled sym bols) are com pared. T he solid line superim posed to the form er is its best- tting curve obtained w ith the BTK m odel [15] generalised to the case of tw o bands, in which the norm alized conductance is expressed by a weighed sum of the partial BTK conductances of the and bands:

$$
\begin{equation*}
=\mathrm{w}+(1 \quad \mathrm{w}) \quad: \tag{1}
\end{equation*}
$$

In practice, the totalconductance across the junction is thought of as the parallel of two (independent) channels. H erew is the weight ofthe channel connected to the band, i.e. the partial contribution of the band to the total conductance. $w$ is a function of the plasm a frequencies ! p and $!{ }_{p}$, that are much di erent in the ab-plane and along the caxis. A s a result, $w$ depends on the angle' betw een the direction of current in jection and the boron planes $[\underline{3 l}]$. For current in jection purely along the ab plane, the value w $=0: 66$ is


Figure 3. (a) Tem perature dependence of the experim ental norm alized conductance of a ab-plane Ag contact $\left(R_{N}=20\right)$. Solid lines are the best- tting functions given by eq, (b) Sam eas in (a) butw ith a m agnetic eld of 1 Tesla applied parallel to the $c$ axis. Solid lines represent the best- tting curves given by eq ill . (c) Therm al evolution of the large gap as obtained from the $t$ of the curves in (b).
theoretically predicted [i]
T he tting function expressed by eq. $\bar{I}_{1}^{\prime \prime}$ contains 7 adjustable param eters ( and ,the broadening param eters and , the barrier transparency coe cients Z and Z , plus the weight factor $w$ ) so there is some uncertainty in the choige of the best- tting values, especially as far as Z ; and ; are concemed. The curve superim posed to the zero-eld conductance in Fig. $\overline{1}$ was obtained by using: $\quad=2: 8 \mathrm{meV}, \quad=7: 2$ $\mathrm{meV}, \mathrm{Z}=0: 48, \mathrm{Z}=0: 94, \quad=1: 49 \mathrm{meV}$,
$=3: 3 \mathrm{meV}$, and nally $\mathrm{w}=0: 75$. The gap am plitudes agree very well w ith those predicted by the two-band $m$ odel [3] $]$. The disagreem ent betw een the predicted value of $w(0.66)$ and that given by the $t(0.75)$ is sim ply due to the fact that, as previously pointed out, the current is injected within a solid angle rather than along a precise direction. A s a m atter of fact, it can be shown that the value $w=0: 75$ is compatible w th an in jection cone about 26 w ide [1] ].

If the superconductivity in the band is destroyed w ithout a ecting the band, the total conductance across the junction is expressed by:

$$
\begin{equation*}
=\mathrm{w}+(1 \mathrm{w}) \quad: \tag{2}
\end{equation*}
$$

which is obtained by taking $=1$ in eq ind and
thus only contains the free param eters, and $Z$, plus the weight factor $w$. $T$ his is indeed the functional form of the curve show $n$ in Fig $B=1$ Tesla. A 11 the param eters are unchanged w ith respect to the zero- eld curve, apart from the barrier param eter that was set to $Z=0: 56$ to adjust the height of the theoretical curve. It is clear that this function reproduces both the position of the conductance peaks and the shape of the conductance well around zero bias. This dem onstrates that a eld of 1 Tesla parallel to the c axis really destroys the superconductivity in the band, w thout a ecting the am plitude of the boand gap.

O ne can now wonder whether this is true also when the tem perature is increased, or rather a tem perature $T<T_{C}$ exists at which also the bands start being a ected by the eld. Fig. $\overline{\beta_{1}}$ reports the tem perature dependence of the experim ental curves of the same ab-plane contact discussed so far, in zero eld (a) and in the presence of a eld of 1 Tesla parallel to the caxis (b). Even at a rst sight, it is clear that the curves in zero eld become alm ost at at $\mathrm{T}=34: 1 \mathrm{~K}$, \{ which is therefore close to the criticaltem perature of the junction \{ while the curves in the presence
of the eld \{ that only contain the boand conductance \{ atten at $\mathrm{T}=32 \mathrm{~K} . \mathrm{Th}$ is suggests by itself that the $m$ agnetic eld causes the transition to the nom alstate at a tem perature low er than $T_{C}$. This conclusion can be further supported by extracting the tem perature dependence of from the conductance curves in F ig. 空 which requires tting the experim ental curves. $T$ he solid lines superim posed to the experim ental data in (a) and (b) represent the relevant best-
 respectively. In both cases, the weight $w$ was taken as tem perature-independent. T he barrier param eters $Z$ and $Z$ were kept (alm ost) constant at the increase of the tem perature. Instead, the broadening param eters and given by the $t$ increase with $T$. In the case of $F$ ig. $\overline{3} h$,
varies betw een 1.49 and 2.29 meV , and increases from 3.3 up to $3.6 \mathrm{meV} ; Z$ and $Z$ vary from 0.94 to 0.8 and from 0.48 to 0.33 , respectively. In the case of F ig. to 3.7 meV at low T and increases rapidly on heating, while $Z$ rem ain in the range betw een 0.6 and 0.45 .

The them al evolution of , obtained by tting the curves in Fig. N़्रhb with the threeparam eter function given by eq. Fig. inc (circles) together w ith a BCS-like curve (solid line). It is clear that the points sudden deviate from the BCS behaviour at T 20 K . $B$ ased on previous determ inations of the tem perature dependence of in zero eld [1] $[1]$, we can rather safely assum e that such a large deviation is due to the progressive closing of the large gap due to the magnetic eld. At T $=32 \mathrm{~K}$, the boand gap disappears: this $m$ eans that, at this tem perature, $B{ }_{c 2}^{\mathrm{kc}} \quad 1 \mathrm{~T}$. A gain, this value is larger than that recently $m$ easured in the sam e crystals by other groups $\left[10,1,1 \overline{1}_{1}^{1}\right]$.
3.2. M agnetic eld parallelto the abplanes

F ig. . $\mathrm{I}_{1}^{\prime}$ ' shows the conductance curves of a abplane In contact as a function of the intensity of the magnetic eld, applied parallel to the ab planes. Exactly as in F ig ${ }_{2}^{1 / 1,1,}$ the sm all-gap features are very easily disrupted by the eld. At $B=1 \mathrm{~T}$, completely vanishes while re$m$ ains unchanged. Based on argum ents sim ilar


Figure 4. M agnetic- eld dependence of the low tem perature norm alized conductance curves of a abplane In contact. The $m$ agnetic eld is applied parallel to the ab plane. Thick lines represent the curves at 1 T and 9 T .
to those used in the B k c case, we can conclude that, at the liquid helium tem perature, the upper critical eld of the bands is isotropic, as show n in ref. [1] $\left.]_{1}\right]$, and takes the value $\mathrm{B}_{\mathrm{c} 2}=\mathrm{H}_{\mathrm{c} 2}^{\prime}$, 1 T . C ontrary to what happens in a m agnetic eld applied parallelto the c axis, the conductance peaks associated to the -band gap rem ain well distinguishable up to 9 T.A sm all decrease in the gap am plitude is observed above 4 T , together w ith an increase in the zero-bias conductance. It looks thus clear that, at 4.2 K , the critical eld of the band in the $\mathrm{B} k$ ab case is $m$ uch greater than 9 T , in agreem ent $w$ ith other experim ental ndings.

A s already done in the B k c case, let us check whether the robustness of the bands upon application of a eld of 1 Tesla persists at the increase of the tem perature. F igure ${ }_{1} 5_{1}^{1}$ reports the tem perature evolution of the norm alized conductance curves (sym bols) in zero eld (a), and in the presence of a eld of 1 Tesla (b) parallel to


Figure 5. (a) Tem perature dependence of the experim ental norm alized conductance of a c-axis In contact $\left(R_{N}=50\right)$. Solid lines are the best- tting curves of the form given in eq. $\mathbf{l}_{1}^{\prime}$ (b) Sam e as in (a) but in a $m$ agnetic eld of 1 Tesla applied parallel to the ab plane. Lines: best- tting curves expressed by eqli. (c) Tem perature dependence of the large gap from the $t$ of the curves in (b), and of the small gap from the $t$ of the di erence betw een the curves in (a) and (b) (see ref.[16] for details).
the ab plane. It is clearly seen that, in this case, all the curves become at at the same tem perature $\mathrm{T}=37: 6 \mathrm{~K}$ \{ which is the critical tem perature of the junction \{ indicating that the superconductivity in the band survives up to $T_{c}$ even in the presence of the eld. Solid lines in
 obtained by using eqs value of the weight $w=0: 98 \mathrm{w}$ as determ ined by tting the zero-eld, low-tem perature curve and then kept constant $\overline{1}_{12}^{12}$. Let us disregard the values of the tting param eters of the zero- eld curves, as they are not essential for our reasoning. A s far as the curves in F ig. '5.'h are concemed, the low -tem perature values of the tting param eters are: $\quad=7: 1 \mathrm{meV}, \quad=1: 75 \mathrm{meV}$ and $Z=0: 58$. At the increase of the tem perature, regularly increases up to 42 meV close to $\mathrm{T}_{\mathrm{c}}$, while $Z$ slightly decreases dow $n$ to 0.35 . T he tem perature dependence of obtained by the $t$ is reported in F ig. to a BCS-like curve (solid line). In agreem ent

[^1]w ith previous experim ental ndings and theoretical predictions [r] follow rather well the BCS curve. Incidentally, this con ms a posteriori that the band gap is not a ected by the eld of1 Tesla even at tem peratures rather close to $T_{c}$. A lso notioe the much sm aller error on the gap values $w$ ith respect to $m$ easurem ents in polycrystalline sam ples, due to the reduction in the num ber of adjustable param eters (from 6 to 3) obtained by rem oving the band gap by $m$ eans of the eld [1] ].

An highly accurate determ ination of the tem perature evolution of is possible as well, by subtracting from the total conductance the partialcontribution of the band. In practice, each experim ental curve in $F$ ig. 'r"nob is subtracted from the curve in zero eld $m$ easured at the sam e tem perature, as discussed elsew here $[1][]$, and the resulting curve is tted by a function of the form
$=\mathrm{w}(1), \mathrm{w}$ th $\mathrm{w}=0: 98$. The tem perature dependence of obtained from the $t$ is show n in Fig. a BCS-like behaviour (solid line). At T \& 20 K , deviates from the BCS curve of an am ount which is well greater than our experim ental un-

$F$ igure 6. U nnorm alized conductance curves of a $c^{-}$ axis In contact ( $R_{N} 42$ ) in a magnetic eld of increasing intensity, applied parallel to the ab plane. Each panel refers to a di erent tem perature, indicated in the graph.
certainty. This deviation is indeed predicted by the tw o-band $m$ odel $[\underline{n}[1]$ ] but its unquestionable determ ination was im possible so far, because of the very large error a ecting the gap values near $\mathrm{T}_{\mathrm{c}}$ 。

### 3.3. Tem perature dependence of $B_{c 2}$

Finally, let us determ ine the tem perature evohution of the critical eld of the band, whose value at 42 K has been evaluated by analyzing the curves in Figs. $\overline{1} 1$ the unnorm alized (i.e., as-m easured) conductance curves of a c-axis contact, in the presence of a m agnetic eld applied parallelto the abplanes, at four tem peratures: $4.2,10,20$ and 30 K . B ased on ourprevious nding that $\mathrm{B}_{\mathrm{c} 2 \mathrm{kab}}=\mathrm{B}_{\mathrm{c} 2 \mathrm{kc}}=1 \mathrm{~T}$ at


F igure 7. P hase diagram of $\mathrm{M}_{\mathrm{gB}}^{2}$ as it results from di erent kinds of $m$ easurem ents ( $T M=$ torque m ag netom etry, TC $=$ them alconductivity, PCS = pointcontact spectroscopy, ( $\mathrm{T} ; \mathrm{H}$ ) $=$ resistivity) carried out in single crystals. Lines are only guides to the eye.

42 K , and on the essentially isotropic character of the bands []$_{1}\left\{q_{1}, 7_{1}\right]$ we $w$ ill assum e that the above equality holds at any tem perature. T he use of a c-axis contact em phasizes the boand contribution to the conductance, but $m$ akes it more di cult to distinguish the (very small) band features that survive after the rem oval of
. H ow ever, we expect that, just above $\mathrm{B}_{\mathrm{c} 2}$, the conductance curves should be (relatively) eldindependent, as long as the residual toand gap is not suppressed. T he curve that $m$ arks the beginning of this \saturation" is represented by a thick curve in the four panels of $F$ ig 'G ${ }_{6}^{1} 1$. At 42 , 10 and 20 K a residual gap-like feature is clearly observed in these curves, thus indicating the persistence of superconductivity in the bands. At

[^2]$\mathrm{T}=30 \mathrm{~K}$ the saturation occurs at $\mathrm{B}, 0.2 \mathrm{~T}$ and above this eld only $m$ inor changes in the conductance are observed. Since the upper critical eld of $\mathrm{M} \mathrm{gB}_{2}$ in the B k ab case is, even at th is tem perature, at least one order ofm agnitude greater than 02 T [10 18 d, there is no doubt that this saturation is due to the rem oval of the tband gap alone.
$T$ he values of the $m$ agnetic eld intensities that give rise to this saturation, and that we interpret as $\mathrm{B}_{\mathrm{c} 2}$, are reported in F ig ${ }_{1}^{1 / 7}$ (black triangles) together $w$ th the results of torque $m$ agnetom etry [10 ${ }^{-1}$, resistivity $\left[11^{1}\right]$ and them al conductivity $m$ easurem ents $\left[11_{1}^{\top}\right]$. There are two points that are worth mentioning: the clear overestim ation of c2kc by transport $m$ easurem ents, and the fact that allthe critical elds determ ined by bu $\mathbb{k}_{\mathrm{k}}^{\mathrm{m}}$ easurem ents (e.g. therm al conductivity and torque $m$ agnetom etry) vanish at a tem perature $T<T_{c}$, where $T_{c}$ is determ ined by the resistive transition. These puzzling results have been recently interpreted as due to the existence of an additional phase w ith enhanced critical param eters ( $\mathrm{T}_{\mathrm{c}}$ and $\mathrm{H}_{\mathrm{c} 2}$ ), probably related to surface e ects that seem to be strongly suppressed by in-plane $m$ agnetic elds [181]. If this is the case, the results of surface-sensitive $m$ easurem ents $m$ ight be sensibly di erent from those of bulk-sensitive techniques. This is an im portant point in discussing our results, since PCS is intrinsically a surfacesensitive probe. A s a $m$ atter of fact, the value we determ ined for $\mathrm{B}_{\mathrm{c} 2 \mathrm{kc}}$ (black circle) is well com patible $w$ th the results of resistive $m$ easurem ents by Sologubenko et al, that were carried out on sim ilar single crystals. M oreover, the observation of toand superconductivity at 42 K in a eld of 4 T parallel to the c axis (see $\left.\mathrm{g} \underline{1}_{1}^{-1} \mathbf{1}^{\prime}\right)$ further supports this picture.

In conclusion, we have presented the results of a system atic study of $M \mathrm{gB}_{2}$ by $m$ eans of pointcontact spectroscopy in the presence of a m agnetic eld. T he use of single crystals has allow ed us to control the direction of both the current in jection and the applied $m$ agnetic eld. C onsequently, we have been able to study the e ect of them agnetic eld on each band separately, and to determ ine for the rst tim e the tem perature dependence of the upper critical eld of the isotropic
bands. A sfar as the bands are concemed, the $e$ ect of the $m$ agnetic eld has been con $m$ ed to be strongly anisotropic. The obtained value of the upper critical eld $\mathrm{B}_{\mathrm{c} 2 \mathrm{kc}}$ is higher than that $m$ easured on the sam e crystals by torque $m$ agnetom etry and therm al conductivity, but agrees very well $w$ ith the results of transport $m$ easure$m$ ents. Finally, by exploiting the directionality of the point contacts and the di erent e ect of the $m$ agnetic eld on the two band system s , we have selectively destroyed the superoonductivity in the bands. This procedure allow s separating the partialcontributions of the and bands to the total conductance of the point contacts. $F$ itting each partial conductance w th the standard B TK m odel, we have determ ined w ith great accuracy the tem perature dependence of the tw o gaps, con m ing the predictions of the two-gap $m$ odels appeared in literature.

This work was supported by the $\mathbb{N F M}$ Project PRA-UMBRA and by the $\mathbb{I N T A S ~ p r o ~ j e c t ~}$ $\backslash C$ harge transport in $m$ etal-diboride thin ms and heterostructures".

## REFERENCES

1. H . Suhl, B.T.M atthias, and L R.W alker, Phys. Rev. Lett. 3, 552 (1959).
2. A.Y. Liu, I.I. M azin, and J. K ortus, P hys. R ev. Lett. 87, 87005 (2001).
3. A. B rinkm an et al, Phys. Rev. B 65, 180517 (R) (2001).
4. I.I. $M$ azin et al, Icond-m at/0204013i.

5. S.V . Shulga et al, icond-m at/0103154.
 (2001).
6. Y.K ong, O.V.D olgov, O. Jepsen, and O K.A ndersen, P hys. Rev. B 64, 020501 (R) (2001).
7. C.Buzea and T. Yam ashita, Supercond. Sci. Technol. 14, R 115 (2001).
8. M . A ngst et al, Phys. R ev. Lett. 88,167004 (2002).
9. A.V. Sologubenko et al, Phys. Rev. B 66, 014504 (2002).
10. A M . D uif, A .G M. Jansen, and P. W yder, J. P hys.: C ondens. M atter 1, 3157 (1989).
11. S. K ashiw aya and Y, Tanaka, Rep. P rog. Phys. 63, 1641 (2000).
12. P. Szabo et al, Phys. Rev. Lett. 87, 137005 (2001).
13. G E. B londer, M. T inkham, and T M . K lapw ijk, Phys. Rev.B 25, 4515_(1982) ュ- - - - - -
14. R.S. G onnelli et als 1 ICond-m at
15. F. B ouquet et alrandinat 207141 .
16. U.W elp et al, Icond-m $\overline{\text { at }} 702 \overline{0} 3 \overline{3} 3 \overline{3} 7$.

[^0]:    C orresponding author. e-m ail: ddaghero@ polito.it

[^1]:    ${ }^{2}$ For current in jection purely along the ab planes the predicted value of the $w$ eight is $w=0: 99$. O ur value is com patible w ith a current in jection cone of about 60 .

[^2]:    ${ }^{3} \mathrm{~N}$ otice that only the curves at som e representative eld intensities are reported for clarity.

